The Impact of Combination of Ozonation and Ultrasonication Process on Morphological and Chemical Properties of κ-Carrageenan

Nurfiningsih Nurfiningsih*, Ratnawati Ratnawati, Aji Prasetyaningrum

Department of Chemical Engineering, Faculty of Engineering, Universitas Diponegoro
Jl. Prof. H. Soedarto, SH, Semarang INDONESIA 50275

*) Corresponding author: nurphee@che.undip.ac.id

(REceived: May 08, 2019 Accepted: July 04, 2019)

Abstract

Carrageenan application in the biomedical field is influenced by the size of molecular weight. Depolymerization process is needed for changing the high molecular weight (HMW) fraction of κ-carrageenan into low molecular weight fraction (LMW) of κ-carrageenan. Ozone is a powerful oxidant and considered for depolymerization of κ-carrageenan. This research was conducted as an investigation on the influence of the combination of ozonation and ultrasonication (OZ/US) on the chemical and morphological characteristics of κ-carrageenan. FTIR and Scanning electron microscopy (SEM) was used to determine the change of chemical and morphological characteristics of κ-carrageenan. The result of this study showed that there was no change of chemical properties of κ-carrageenan during OZ/US treatment. The sulfate content was obtained after OZ/US treatment tends to be stable. Nevertheless, the result of SEM analysis showed that there were changes on morphological characteristics of κ-carrageenan after OZ/US treatment.

Keywords: ultrasonication, κ-carrageenan, ozonation, morphological, chemical

How to Cite This Article: Nurfiningsih, N., Ratnawati, R., and Prasetyaningrum, A. (2019), The Impact of Combination of Ozonation and Ultrasonication Process on Morphological and Chemical Properties of κ-Carrageenan, Reaktor, 19(2), 49-53, http://dx.doi.org/10.14710/reaktor.19.02.49-53.
al., 2012) and oxidation using \( \text{H}_2\text{O}_2 \) (Lai et al., 2010). To produce a series of the carrageenan oligomers, acidic hydrolysis has been considered as a common and rapid method. However, the use of chemicals causes an increase of the environmental pollution level (Ratnawati & Indriyani, 2018). The enzymatic method, either using specific or non-specific enzymes, is relatively not recommended. The enzymatic method needs kappa carrageenase enzyme that relatively high-priced and complex process (Duan et al., 2016). Due to the high oxidation potential, ozone can be an alternative method to attaining degradation of organic and inorganic compounds (Loures et al., 2013).

Depolymerization of polysaccharide with the combination of OZ/US process is widely developed because of the ozonation method provides an inconvenient and expensive to producing low molecular of polysaccharide (Yamada et al., 2000). Ozone has been used to depolymerization of many polysaccharides such as starch (Sandhu et al., 2012), chitosan (Seo et al., 2007), gelatin (Cataldo, 2007) and cellulose (Wang et al., 1999). Ultrasonication process is simple, cheap, energy-efficient, and suitable for food processing (Akyüz et al., 2008). The driving mechanism for the effects of ultrasound (US) is the phenomena of cavitation, which can be described as the formation and activity of gaseous bubbles or vaposorous cavities in a liquid. Ultrasound can be used as a technique for depolymerization. When ultrasound wave is applied to a dilute polymer solution, it generates pressure wave causing cavitation which consists of the nucleation, growth, and collapse of microbubbles. A segment of a polymer molecule in the vicinity of a collapsing bubble moves with much higher velocity than other segments located farther. The velocity gradient causes the polymer chain to stretch and eventually a cleavage at the midpoint of the molecular chain could happen (Akyüz et al., 2008; Caruso et al., 2009). The combination of ozone and ultrasound expected to improve the efficiency of \( \kappa \)-carrageenan depolymerization. There is a limited report of carrageenan depolymerization treatment by OZ/US. The purpose of this study was to investigate the effect of OZ/US for morphological and chemical properties of \( \kappa \)-carrageenan.

**MATERIALS AND METHODS**

**Materials**

Purified \( \kappa \)-carrageenan obtained from CV. Karaindo, Central Java, Indonesia. Hot distilled water (70\(^{\circ}\)C) is used to dissolve \( \kappa \)-carrageenan. Pure carrageenan is obtained by dissolving semi-refined carrageenan and precipitating with isopropyl alcohol. These deposits are filtered and dried at 60\(^{\circ}\)C for 24 hours.

**Methods**

The \( \kappa \)-carrageenan sample was made by dissolving pure \( \kappa \)-carrageenan (1% b/v). The OZ / US combination process is carried out with pH and temperature control (pH 7 and temperature 29 ± 1\(^{\circ}\)C). A 200 ml glass beaker equipped with an ozone bubble diffuser is used for depolymerization reactions. The ultrasound process uses an ultrasonic device, the Krisbow KLS 303365 type with a frequency of 42 kHz. The ozonation reaction uses ozone gas produced by ozone generator with a constant flow rate of 3 L min\(^{-1}\) and a concentration of 80 ± 2 ppm. The pH of \( \kappa \)-carrageenan solution was adjusted with HCl and NaOH. The measuring of pH during the ozonation process using pH meter (Hanna Instruments HI 98107). OZ/US treatment are treated for 15 minutes. OZ/US-treated \( \kappa \)-carrageenan was collected and filtered with Buchner funnel. Then the sample is dried with a hair dryer for 3 hours for SEM and FT-IR analysis.

**SEM Analysis**

Scanning Electron Microscopy (FEI type S 50) is used to test surface morphology and pore size. In short, the sample is fixed on the carbon band. Before being examined, the sample was dried under vacuum and coated with platinum.

**FT-IR Spectroscopy**

Chemical properties of \( \kappa \)-carrageenan were analyzed by FT-IR Prestige-21 Shimadzu. A sample of 0.02 g was mixed with KBr and pressed to form a thin film with ratio 1:100. The spectrum is carried out in the range 4000-400 cm\(^{-1}\).

**RESULTS AND DISCUSSIONS**

**Scanning Electron Microscopy**

The results of the analysis of morphological properties of the native carrageenan samples and carrageenan after OZ/US treatment is presented in the Fig. 1. The analysis of Scanning Electron Microscopy (SEM) performed on pH 7 and temperature 29 ± 1\(^{\circ}\)C during 15 min of treatment. The image of SEM analysis with magnification of 5.000x are shown in Fig. 1.

The SEM micrograph of the \( \kappa \)-carrageenan before treatment shows a uniform and smooth surface. Comparison of the SEM images showed that the surface of \( \kappa \)-carrageenan was relatively brittle and porous after process OZ/US. This is due to the depolymerization process where anhydro galactose and galactose 4-sulfate groups are cut off on the \( \kappa \)-carrageenan molecule so that the surface tends to be more coarse and porous (Fojas et al., 2013).

**FT-IR Spectra**

The results of this research on the effect of the ozonation and ultrasonication process on functional groups of carrageenan is presented in Fig. 2. Infrared spectroscopy is commonly used to determine the chemical structures of polymers. The FTIR spectra obtained were used to identify the presence of functional groups of the chemical structure of polysaccharides (Fojas et al., 2013).
The FTIR spectra of native and κ-carrageenan after treatment is shown in Fig. 2.

The spectrum of FT IR is show of the structural and chemical properties of κ-carrageenan during the process of depolymerization. The FTIR spectra show a broad absorption peak at 3444 cm\(^{-1}\), indicating the OH stretching mode (Liew et al., 2017). The results of FT IR analysis showed that the κ-carrageenan characteristic band occurred at 1248 cm\(^{-1}\) and 850 cm\(^{-1}\), which showed the O = S bond\(^=\)vibration stretching mode and O-SO\(_3\) stretch vibration mode at position C-4 galactose, respectively (Liew et al., 2017). The peak at 928 cm\(^{-1}\) represents a coupling of the C-O stretching vibrations of 3,6-anhydro-D-galactose (Mobarak et al., 2012). A characteristic peak at 2931 corresponds to the C-H stretching vibrations of alkane groups. Another peak observed at 1643 cm\(^{-1}\) corresponds to the carbonyl group stretching (Tanusorn et al., 2018). The region around 800–850 cm\(^{-1}\) is used to identify the position of the sulfate group in carrageenan. There was a difference in the results of the FTIR analysis in the wave number 1012 cm\(^{-1}\), which showed the breaking of the glycosidic bonds in the carrageenan after treatment.

The functional of low molecular carrageenan for biomedical applied depend on the presence of sulfate groups (Pomin, 2010). The FTIR spectrum analysis that identifies the sulfate content in carrageenan are in the wavelength range 1248 cm\(^{-1}\) and 850 cm\(^{-1}\).

During ozonation and ultrasonication process, the sulfate content peaks therefore no change in the functional groups of κ-carrageenan This study indicates that after the combine OZ/US treatment, the sulfate content of κ-carrageenan tends not to change. Prajapat and Gogate (2015) reported that no significant chemical structure changes were obtained due to the guar gum after OZ/US treatment.
CONCLUSIONS

Morphological and chemical properties of κ-carrageenan after OZ/US process has been investigated. The morphological structure of the samples using SEM showed that the surface of κ-carrageenan was relatively brittle and porous after process OZ/US. This is due to the depolymerization process where anhydro galactose and galactose 4-sulfate groups are cut off on the κ-carrageenan molecule so that the surface tends to be more coarse and porous. The FTIR spectra result clearly shows that there are no significant changes in the functional groups of κ-carrageenan after ozone and ultrasound treatment. This research shows that the sulfate groups are relatively stable during OZ/US treatment.

ACKNOWLEDGEMENTS

The author would like to thank to Directorate General of Higher Education, Ministry of National Education the Republic of Indonesia, for the Research Program Fund for financial support of through Hibah Penelitian Terapan Unggulan Perguruan Tinggi (PTUPT).

REFERENCES

Akyüz, A., Catalgil-Giz, H., and Giz, A.T., (2008), Kinetics of Ultrasonic Polymer Degradation: Comparison of Theoretical Models with On-Line Data, Macromolecular Chemistry and Physics, 209, pp. 801-809.

Bixler, H. J., and Porse, H. (2010), A Decade of Change in the Seaweed Hydrocolloids Industry. Journal of Applied Phycology, 23(3), pp. 321–335.

Campo, V.L. Kawano, D.F., da Silva Jr., D.B., and Carvalho, I., (2009), Carrageenans: Biological Properties, Chemical Modifications and Structural Analysis-A review, Carbohydrate Polymers, 77, pp. 167-180.

Cataldo, F. (2007), On the Action of Ozone on Gelatin, International Journal of Biological Macromolecules, 41(2), pp. 210–6.

Caruso, M.M., Davis, D.A., Shen, Q., Odom, S.A., Sottos, N.R., White, S.R., and Moore, J.S., (2009), Mechanically-Induced Chemical Changes in Polymeric Materials, Chemical Review, 109(11), pp. 5755-5798.

Chiu, Y.-H., Chan, Y.-L., Tsui, L.-W., Li, T.-L., and Wu, C.-J.(2012), Prevention of Human Enterovirus 71 Infection by Kappa Carrageenan, Antiviral Research, 95, pp. 128-134.

Duan, F., Yu, Y., Liu Z., Tian, L., Mou H., (2016) An effective method for the preparation of carrageenan oligosaccharides directly from Eucheumacottonii using cellulase and recombinant κ-carrageenase, Algal Res, 15, pp. 93–99

Fojas, J.R., Leon, R.L., Abad, L.V. (2013), Effects of Irradiation to Morphological, Physicochemical and Biocompatibility Properties of Carrageenan World Academy of Science, Engineering and Technology, International Journal of Biotechnology and Bioengineering, 77, pp. 422-425

Gogate, P.R. and Prajapati, A.L., (2015), Depolymerization Using Sonochemical Reactors: A Critical Review, Ultrasons Sonochemistry, 27, pp. 480-494.

Lai, V.M.F., Li, C.Y., Hung, W.L., and Lu, T.J., (2000), Kinetic Compensation Effect in Depolymerisation of Food Polysaccharides, Food Chemistry, 68, pp. 319-325.

Liew, J.W.Y., Loh, K.S., Ahmad, A., Lim, K.L., Daud, W.R.W., (2017), Synthesis and characterization of modified κ-carrageenan for enhanced proton conductivity as polymer electrolyte membrane, Journal Plos One, 12 (9), pp. 1-15.

Loures, C. C. A., Alcântara, M. A. K., Filho, H. J. I., Teixeira, A. C. S. C., Silva, F. T., Paiva, T. C. B., and Samanamud, G. R. L., (2013), Advanced Oxidative Degradation Processes : Fundamentals and Applications, International Review of Chemical Engineering, 5, pp. 102–120.

Mobarak, N.N., Ramli, N., Ahmad, A., Rahman, M.Y.A., (2012), Chemical interaction and conductivity of carboxymethyl kappa-carrageenan based green polymer electrolyte, Solid State Ionics, 224, pp. 51-57.

Necas, J., Bartosikova, L., (2013), Carrageenan: a review, Veterinarni Medicina. 58(4), pp. 187-205.

Pomin, V. H., (2010), Structural and functional insights into sulfated galactans: a systematic review, Glycoconjug Journal, 27, pp. 1–12.

Prajapati, V. D., Maheriya, P. M., Jani, G. K., and Solanki, H. K., (2014), Carrageenan: a natural seaweed polysaccharide and its applications, Carbohydrate Polymers, 105, pp. 97–112.

Ratnawati, R., Prasetyaningrum, A., and Wardhani, D.H., (2016), Kinetics and Thermodynamics of Ultrasound-Assisted Depolymerization of κ-Carrageenan, Bulletin of Chemical Reaction Engineering & Catalysis, 11, pp. 48-58.

Ratnawati, R., Indriyani, N., (2018), Ultrasound-Assisted Ultra-Mild-Acid Hydrolysis of κ-Carrageenan, Reaktor, 17(4), pp. 191-196.
Sandhu, H. P. S., Manthey, F. A., & Simsek, S. (2012), Ozone Gas Affects Physical and Chemical Properties of Wheat (Triticum aestivum L.) starch, *Carbohydrate Polymers*, 87(2), pp. 1261–1268.

Seo, S., King, J. M., and Prinyawiwatkul, W., (2007), Simultaneous Depolymerization and Decolorization of Chitosan by Ozone Treatment. *Journal of Food Science*, 72(9), pp. C522–526.

Taghizadeh, M.T. and Abdollahi, R., (2015), Influence of Different Degradation Techniques on the Molecular Weight Distribution of κ-Carrageenan, *International Journal of Biochemistry and Biophysics*, 3, pp. 25-33.

Tanusorn, N., Thummarungsan, N., Sangwan, W., Lerdwijitjarud, W., Sirivat, A., (2018), Influence of Carrageenan Molecular Structures on Electromechanical Behaviours of Poly(3-hexylthiophene)/Carrageenan Conductive Hydrogels. *International Journal of Biological Macromolecules*, 118, pp. 2098-2107.

Wang, Y., Hollingsworth, R. I., and Kasper, D. L., (1999), Ozonolytic depolymerization of polysaccharides in aqueous solution, *Carbohydrate Research*, 319(1-4), pp. 141–147.

Yamada, T., Ogamo, A., Saito, T., Uchiyama, H., and Nakagawa, Y. (2000), Preparation of O-acylated Low-Molecular-Weight Carrageenans with Potent Anti-HIV Activity and Low Anticoagulant Effect, *Carbohydrate Polymers*, 41, pp.115–120.

Yao, Z., Wu, H., Zhang, S., and Du, Y., (2014), Enzymatic Preparation of κ-carrageenan Oligosaccharides and Their Anti-Angiogenic Activity, *Carbohydrate Polymers*, 101, pp. 359–367.

Zhou, G., Yao, W., and Wang, C., (2006), Kinetics of microwave degradation of λ-carrageenan from Chondrus ocellatus. *Carbohydrate Polymers*, 64(1), pp. 73–77.